THE DURABILITY PERFORMANCE OF RUBBERIZED-ULTRA HIGH PERFORMANCE CONCRETE EXPOSED IN MAGNESIUM SULPHATE AND HYDROCHLORIC ACID

MUHAMAD HARIZ BIN IBRAHIM

B. ENG (HONS.) CIVIL ENGINEERING

UNIVERSITI MALAYSIA PAHANG
SUPERVISOR’S DECLARATION

I/We* hereby declare that I/We* have checked this thesis/project* and in my/our* opinion, this thesis/project* is adequate in terms of scope and quality for the award of the degree of *Doctor of Philosophy/ Master of Engineering/ Master of Science in ...........................................

_______________________________
(Supervisor’s Signature)
Full Name : EN. MOHD FAIZAL BIN MD JAAFAR
Position : LECTURE UMP
Date : 11 JUNE 2018

_______________________________
(Co-supervisor’s Signature)
Full Name :
Position :
Date :
STUDENT’S DECLARATION

I hereby declare that the work in this thesis is based on my original work except for quotations and citations which have been duly acknowledged. I also declare that it has not been previously or concurrently submitted for any other degree at University Malaysia Pahang or any other institutions.

________________________________
(Student’s Signature)
Full Name : MUHAMAD HARIZ BIN IBRAHIM
ID Number : AA14134
Date : 11 JUNE 2018
THE DURABILITY PERFORMANCE OF RUBBERIZED-ULTRA HIGH-PERFORMANCE CONCRETE EXPOSED IN MAGNESIUM SULPHATE AND HYDROCHLORIC ACID

MUHAMAD HARIZ BIN IBRAHIM

Thesis submitted in fulfillment of the requirements for the award of the Bachelor Degree in Civil Engineering

Faculty of Civil Engineering and Earth Resources

UNIVERSITI MALAYSIA PAHANG

JUNE 2018
ACKNOWLEDGEMENTS

Alhamdulillah, all thanks to the Allah S.W.T., I was able to complete my final year project successfully as it was prescribed by the department of Civil Engineering of University Malaysia Pahang. With His willing to give me the opportunity and good health during the whole two semester period, the experimental work progress had been done without much constraints. The final thesis was also successfully being completed to relate how much knowledge gained during my experimental work.

I take this opportunity to express a sincere appreciation to my supervisor, Encik Mohd Faizal bin Md Jaafar for his continual support and guidance during the preparation and development of this project. I am also thankful to him for encouraging the use of correct grammar and consistent notation in my writings and for carefully reading and commenting on revision of this dissertation. I would also like to express deep sense of gratitude to the concrete laboratory technician for their logistic facilitations and their continuous guidance.

Above all, I must acknowledge the love and support of my incredible family who has been a constant source of strength, inspiration, and love. A big appreciation and thanks also to my friend who were willing assist me during the experimental work of the research.
ABSTRACT

Tyre rubber waste is one of significant waste that should be more concerned due to the increasing in the number of vehicles. Moreover, the increasing volume of tyre rubber waste will give bad impact to environment. Previously, utilization of tyre rubber waste on properties of concrete and applications of rubberized concrete had been explored. In this study, the application of rubberized concrete in UHPC. Ultra-High-performance concrete (UHPC) is a construction material with excellent mechanical properties and good durability as compared to conventional concrete. It can contribute to the longer life and economic efficiency of structures. UHPC is high strength material created by using coarse, fine and ultrafine aggregates, very low amounts of water, silica fume and high amounts of cement. Besides, UHPC has some limit Tyre rubber waste is one of significant waste that should be more concerned due to the increasing in the number of vehicles. Moreover, the increasing volume of tyre rubber waste will give bad impact to environment. Previously, utilization of tyre rubber waste on properties of concrete and applications of rubberized concrete had been explored. In this study, the application of rubberized concrete in UHPC. Ultra-High-performance concrete (UHPC) is a construction material with excellent mechanical properties and good durability as compared to conventional concrete. It can contribute to the longer life and economic efficiency of structures. UHPC is high strength material created by using coarse, fine and ultrafine aggregates, very low amounts of water, silica fume and high amounts of cement. Besides, UHPC has some limitations in terms of cost and availability of raw constituent materials. The UHPC is required the large amount of sand, aggregates and cement. Therefore, it is has led to depletion of natural sources, so it is give idea to replace 5% crumb tyre as aggregates from total weight aggregates.
# TABLE OF CONTENT

DECLARATION

TITLE PAGE

ACKNOWLEDGEMENTS

ABSTRAK

ABSTRACT

TABLE OF CONTENT

LIST OF TABLES

LIST OF FIGURES

LIST OF SYMBOLS

LIST OF ABBREVIATIONS

CHAPTER 1 INTRODUCTION

1.1 Background of Study

1.2 Problem Statement

1.3 Objective of Study

1.4 Scope of Study

1.5 Significant of Study

CHAPTER 2 LITERATURE REVIEW

2.1 General

2.2 Introduction

2.2.1 Definition of UHPC

2.2.2 Development of UHPC
2.3 Superplasticizer
   2.3.1 Advantages of superplasticizer
   2.3.2 Effect of superplasticizer on UHPC
2.4 Tyre
   2.4.1 Crumb tyre
   2.4.2 Effect of rubberized concrete to compressive strength
   2.4.3 Effect of surface treatment to rubberized concrete.
   2.4.4 Advantage of rubberized concrete
2.5 Hydrochloric Acid(HCl) solution
   2.5.1 Introduction of Hydrochloric Acid(HCl) solution
   2.5.2 Effect concrete immersed in Hydrochloric Acid(HCl) solution
2.6 Magnesium Sulphate(MgSO₄) solution
   2.6.1 Introduction of Magnesium Sulphate(MgSO₄) solution
   2.6.2 Effect concrete immersed in Magnesium Sulphate(MgSO₄) solution

CHAPTER 3 METHODOLOGY
3.1 Introduction
3.2 Raw Material Selection
   3.2.1 Ordinary Portland Cement
   3.2.2 Coarse Aggregates
   3.2.3 Sand
   3.2.4 Water
   3.2.5 Silica Fume
   3.2.6 Chemical Admixture
   3.2.7 Waste Crumb Tyre
3.3 Mix Proportion Design 24
3.4 Preparation of Specimen 25
  3.4.1 Batching, Mixing and Casting 25
  3.4.2 Dimensions of Specimens 27
  3.4.3 Curing ages 28
3.5 Testing procedures 29
  3.5.1 Durability Test 29
  3.5.2 Compressive Strength Test 31

CHAPTER 4 RESULTS AND DISCUSSION 33
4.1 Introduction 33
4.2 Compressive Strength of Rubberized-UHPC 33
  4.2.1 The result of compressive strength of Ultra-High-Performance Concrete (UHPC) and rubberized-UHPC 34
4.3 Effect on Pre-Treatment Duration WCT to Compressive Strength of Rubberized-UHPC exposed in Hydrochloric Acid 36
4.4 Effect on Pre-Treatment Duration WCT To Compressive Strength of Rubberized-UHPC Exposed in Magnesium Sulphate 38
4.5 Weight loss of Rubberized-UHPC after exposed in solution 40
  4.5.1 Effect of Rubberized UHPC with Pre-Treatment on Weight Loss of Rubberized-UHPC exposed in Mgso4 41
  4.5.2 Effect of Rubberized UHPC with Pre-Treatment on Weight Loss of Rubberized-UHPC exposed in Hydrochloric Acid 42
4.6 Visual Appearance of Rubberized-UHPC 43
  4.6.1 Visual Appearance of Rubberized-UHPC exposed in acid solution 44
## LIST OF TABLES

<table>
<thead>
<tr>
<th>Table</th>
<th>Description</th>
<th>Page</th>
</tr>
</thead>
<tbody>
<tr>
<td>Table 3.1</td>
<td>Mix proportion of plain UHPC and series of rubberized UHPC</td>
<td>25</td>
</tr>
<tr>
<td>Table 4.1</td>
<td>Compressive strength of cubic UHPC specimen UHPC plain and rubberized-UHPC</td>
<td>34</td>
</tr>
<tr>
<td>Table 4.2</td>
<td>Compressive strength of cubic UHPC specimen UHPC plain and rubberized-UHPC</td>
<td>34</td>
</tr>
<tr>
<td>Table 4.3</td>
<td>Compressive strength of cubic UHPC specimen UHPC plain and rubberized-UHPC</td>
<td>36</td>
</tr>
<tr>
<td>Table 4.4</td>
<td>Reduction in strength of cubic UHPC specimen UHPC plain and rubberized-UHPC</td>
<td>36</td>
</tr>
<tr>
<td>Table 4.5</td>
<td>Compressive strength of cubic UHPC specimen UHPC plain and rubberized-UHPC</td>
<td>38</td>
</tr>
<tr>
<td>Table 4.6</td>
<td>Reduction in strength of cubic UHPC specimen UHPC plain and rubberized-UHPC</td>
<td>39</td>
</tr>
<tr>
<td>Table 4.7</td>
<td>Weight loss of cubic UHPC specimen UHPC plain and rubberized-UHPC</td>
<td>41</td>
</tr>
<tr>
<td>Table 4.8</td>
<td>Weight loss of cubic UHPC specimen UHPC plain and rubberized-UHPC</td>
<td>42</td>
</tr>
</tbody>
</table>
LIST OF FIGURES

Figure 3.1 Flow-chart process for experimental programme 18
Figure 3.2 Ordinary Portland Cement 19
Figure 3.3 Natural crushed gravel with nominal size of 10 mm 20
Figure 3.4 Natural river sand with nominal size of 6 mm 21
Figure 3.5 Water 21
Figure 3.6 Silica fume in UHPC mixtures 22
Figure 3.7 Superplasticizer in UHPC mixtures 23
Figure 3.8 Waste Crumb Tyre with size of 6 mm 24
Figure 3.9 Concrete pan mixer for mixing process 26
Figure 3.10 Pour materials into concrete mixer pan 26
Figure 3.11 Plastic mould was kept at room temperature for 24 hours 27
Figure 3.12 UHPC specimens for concrete cube compressive strength test specimens 27
Figure 3.13 Plain UHPC and rubberized UHPC were cured in water curing tank 28
Figure 3.14 Plain UHPC and rubberized UHPC leave in room temperature after curing 29
Figure 3.15 The rubberized-UHPC immersed in hydrochloric acid 30
Figure 3.16 The rubberized-UHPC immersed in magnesium sulphate 30
Figure 3.17 Compressive Strength Testing Machine 31
Figure 3.18 Weight the specimen before do the compressive test 32
Figure 4.1 Compressive strength of Plain UHPC and rubberized-UHPC incorporating WCT with different pre-treatment duration cured in water for 7, 14 and 28 days 35
Figure 4.2 Comparison of compressive strength of cubic UHPC specimens at different duration time pre-treatment NaOH 37
Figure 4.3 Comparison of compressive strength of cubic UHPC specimens at different duration time pre-treatment NaOH 39
Figure 4.4 Comparison of weight loss of cubic UHPC specimens at different duration time pre-treatment NaOH 41
Figure 4.5 Comparison of weight loss of cubic UHPC specimens at different duration time pre-treatment NaOH 43
Figure 4.6 Shows the colour change after immersed in acid solution 44
Figure 4.7 The UHPC control before immersed in acid solution 45
## LIST OF SYMBOLS

<table>
<thead>
<tr>
<th>Symbol</th>
<th>Description</th>
</tr>
</thead>
<tbody>
<tr>
<td>MPa</td>
<td>Megapascal</td>
</tr>
<tr>
<td>d</td>
<td>Diameter</td>
</tr>
<tr>
<td>l</td>
<td>Length</td>
</tr>
<tr>
<td>mm</td>
<td>Millimetre</td>
</tr>
<tr>
<td>kg/m³</td>
<td>Kilogram per cubic meter</td>
</tr>
<tr>
<td>%</td>
<td>Percentage</td>
</tr>
</tbody>
</table>
# LIST OF ABBREVIATIONS

<table>
<thead>
<tr>
<th>Abbreviation</th>
<th>Description</th>
</tr>
</thead>
<tbody>
<tr>
<td>WCT</td>
<td>Waste crumb tyre</td>
</tr>
<tr>
<td>UHPC</td>
<td>Ultra-High-Performance Concrete</td>
</tr>
<tr>
<td>NC</td>
<td>Normal concrete</td>
</tr>
<tr>
<td>SF</td>
<td>Silica fume</td>
</tr>
<tr>
<td>SP</td>
<td>Superplasticizer</td>
</tr>
<tr>
<td>w/c</td>
<td>Water-cement ratio</td>
</tr>
<tr>
<td>OPC</td>
<td>Ordinary Portland Cement</td>
</tr>
<tr>
<td>BS</td>
<td>British Standard</td>
</tr>
<tr>
<td>Agg</td>
<td>Aggregate</td>
</tr>
</tbody>
</table>
CHAPTER 1

INTRODUCTION

1.1 Background of Study

Ultra-High-Performance Concrete (UHPC) is the most favourite research field of concrete because it is a new generation concrete which has a wonderful combination of high compressive strength and excellent ductility. It can contribute to the longer life and economic efficiency of structures. (Park, 2015) found that UHPC have improve the quality of high performance and high strength concrete. The UHPC have some mechanical properties such as sustained post cracking tensile strength greater than 5 MPa and compressive strength greater than 150 MPa. Although, UHPC have a good mechanical properties in term of compressive and tensile strength, toughness and ductility. UHPC also need to strict quality control to make sure the target standard for that products (Park, 2015). Graybeal (2003) reported that when properly reinforced with steel, the UHPC can achieve the compressive strength and tensile strength as high as 242 MPa and 14 MPa respectively.

In general, UHPC is constitute from a water-to-cementitious materials ratio less than 0.25, optimized gradation of granular constituents and a high percentage of discontinuous internal fibre reinforcement. UHPC also reduce liquid entry because it is not had pore of water, improve durability as compared to conventional concrete and high-performance concrete (Graybeal, 2011). UHPC is high strength material created by using coarse, fine and ultrafine aggregates, very low amounts of water, silica fume and high amounts of cement (Arafa, 2010). Besides, UHPC has some limitations in terms of cost and availability of raw constituent materials. UHPC is required the large amount of sand, aggregates and cement. Therefore, it is has led to depletion of natural
sources, which is one of the greatest challenge in concrete industry nowadays. Based on the material constituent in UHPC, the sand can be seen as the most dominant material use to produce UHPC. Usually, quartz sand is usually used in UHPC mixtures as fine aggregates because it is excellent aggregates interface. But due the cost of quartz sand is very high, it is give idea to search for other substitution for natural sources.

On the other viewpoint, the disposal of waste material such as glass, fly ash, roof tiles and tyre are one of the most important environmental issues all the world. The waste tyre production increases every year in Malaysia (Sandra, 2006). The amount of waste tires produced in this country every year is estimated at 8.2 million or about 57,391 tons. Waste tyre cause serious environment problem all around the world. In positive view, tyre rubber waste is known for its light weight, elasticity, energy absorption, sound and heat insulating properties. Therefore, to reduce the quantity of waste tires, it can be used in civil engineering construction.

Several studies have been reported by previous researchers on possibility of the use of tyre rubber waste as replacement materials in concrete construction field. The results obtained from this research is the concrete increase in workability and increase in compressive strength of concrete (Utkarsh, 2015). Hence, for this research has been using UHPC as experimental material. UHPC is the same as normal concrete but have different material. In addition, it is the same method used to replace aggregate with waste tire. Therefore, this present study was about the waste tyre crumb particles as a aggregate replacement in UHPC.

1.2 Problem Statement

Ultra-high-performance concrete (UHPC) is a construction material with excellent compressive strength and good durability. Normally, the conventional UHPC include the steel fibres to improve compressive and durability of UHPC (Sherif, 2016). UHPC contains materials such as Portland cement, silica fume, fine sand, earth quartz, superplasticizer and water. UHPC has a very high cost
which makes it a less attractive alternative as a building material. The raw materials forming UHPC are the major contributors to price increases. The most expensive material in UHPC is quartz. Therefore, to reduce the cost of making UHPC by replacing quartz with waste material. Besides that, it is also can save the environment and can reduce the amount of waste material.

Nowadays disposal of waste material like bottle, glass, roof tiles and tyre waste become a major problem. (George, 2013) reported that the amount of waste tyre collected at landfills each year in this world is 275 million tonnes. The quantity of waste tires cannot be accommodated by landfill due every year the amount of waste tire increase. Therefore, this is the opportunity to the researcher to apply waste tyre in concrete as aggregates replacement. Several studies had been conducted that the compressive strength and durability of rubberized concrete decrease. This is because the (Ankit, 2016) noted that the bonding between the rubber particles in concrete was very weak to increase the bonding between the rubber particles with the cement matrix, the surface treatment of rubber particles should be treated. This is because the surface treatment use chemical NaOH solution is perfect as cleaning agent to remove the dirt and also clear the surface. Furthermore, from the previous researcher mentioned that there are different in duration of immersed waste tyre into NaOH solution. Therefore, the further investigation on the duration of immersion was carried out.

Besides, durability is an ability of the concrete to resist weathering action, chemical attack and abrasion while maintaining its desired engineering properties. Durability of concrete depends on the mixed design proportions, workmanship of the work, placing, compaction of concrete and mechanical properties of concrete. Chemical resistance of concrete depends on the selection of materials, weathering action and it can be improved further by introducing air bubbles into the concrete Hence, all the rubberized-UHPC specimens were exposed into acid attack to investigate the durability resistance performance.
REFERENCES


